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In the title 1:2 adduct, C10H8N2 2C7HF5O2, the complete 4,40-
bipyridine molecule is generated by a crystallographic twofold
axis. The components of the adduct are linked by inter-
molecular O—H   N hydrogen bonds and further connected
by a combination of C—H   O, C—H   F and F   F
[2.859 (2) A ˚ ] interactions.
Related literature
For further discussion of intermolecular interactions involving
ﬂuorine atoms, see, for example: Chopra & Row (2008);






a = 17.910 (3) A ˚
b = 10.7016 (19) A ˚
c = 13.498 (3) A ˚
  = 119.631 (3) 
V = 2248.8 (7) A ˚ 3
Z =4
Mo K  radiation
  = 0.17 mm
 1
T = 296 K






Tmin = 0.946, Tmax = 0.974
6884 measured reﬂections
2695 independent reﬂections












 max = 0.25 e A ˚  3
 min =  0.18 e A ˚  3
Table 1
Hydrogen-bond geometry (A ˚ ,  ).
D—H   AD —H H   AD    AD —H   A
O2—H2   N1 0.82 1.78 2.602 (2) 176
C9—H9   O1 0.93 2.40 3.102 (2) 132
C10—H10   O1
i 0.93 2.35 3.196 (2) 152
C12—H12   F5
ii 0.93 2.48 3.126 (2) 127
C13—H13   F5
ii 0.93 2.63 3.214 (2) 121
Symmetry codes: (i)  x þ 1; y þ 1; z þ 1; (ii) x; y þ 2;z þ 1
2.
Data collection: SMART (Bruker, 2001); cell reﬁnement: SAINT
(Bruker, 2001); data reduction: SAINT; program(s) used to solve
structure: SHELXS97 (Sheldrick, 2008); program(s) used to reﬁne
structure: SHELXL97 (Sheldrick, 2008); molecular graphics:
SHELXTL (Sheldrick, 2008); software used to prepare material for
publication: SHELXL97.
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References
Bruker (2001). SMART, SAINT and SADABS. Bruker AXS Inc., Madison,
Wisconsin, USA.
Chopra, D. & Row, T. N. G. (2008). CrystEngComm, 10, 54–67.
Choudhury, A. R. & Row, T. N. G. (2004). Cryst. Growth Des. 4, 47–52 .
Sheldrick, G. M. (2008). Acta Cryst. A64, 112–122.
organic compounds
o2438 Zhang et al. doi:10.1107/S1600536809034783 Acta Cryst. (2009). E65, o2438
Acta Crystallographica Section E
Structure Reports
Online
ISSN 1600-5368